Possibilities of Manufacturing an Electrospun Web with Baltic Amber

DOI: 10.5604/12303666.1161755

Abstract

In recent times, electrospinning has become a well known and widely investigated process used for manufacturing nano or/micro fibres with electrostatic forces between two electrodes. Various additives such as silver, starch, copper, etc. are used in electrospinning to achieve specific properties. Amber is a natural material which has a positive influence on human health and wound healing. However, no information about the electrospinning of amber particles has been found. In this paper, the possibility of electrospun nanofibrous web formation via electrospinning equipment (NanoSpider®) from poly(vinyl alcohol) solution with solid particles of Baltic amber is presented. It was determined that the maximum size of amber particles which can be transferred from the solution to the electrospun web is around 50 μm, while the probable optimal size of amber particles for electrospinning is below approximately 10 μm.

Key words: nanofibres, electrospinning, poly(vinyl alcohol), amber.

Introduction

Electrospinning is a well known process used for the formation of nano or/and micro fibres due to electrostatic forces between two electrodes. Nanofibres can be formed from polymer solution or melt, and their diameter is usually from 10 to 1000 nm [1]. Textiles for medical or health care application are one of the most important fields for electrospun nanofibres usage. For this purposes various additives are used which are characterized by having antibacterial or other kinds of properties important for health care. The majority of works published in various journals are about the use of silver nanoparticles [2 - 5]. Herewith some authors also analyse the possibility of manufacturing electrospun webs with copper nanoparticles, starch or other solid particles [6 - 10].

Some papers present investigations with different natural materials (proteins, hemp, olive leaves, fish scales and many others). Naturally the area of application of these materials depends on the additives which have been used while preparing the solution. Improved hygiene and health care standards have a great impact on the development of hygiene and health care products. The most promising antimicrobial compounds in modern times are metallic silver and fungicide copper nano-precipitates (SiO$_2$/Ag+Cu), silver nitrate, chitosan, zinc oxide, and others [11 - 13]. This antimicrobial protection can be done using different treatment techniques, one of which is antimicrobial web formation by electrospinning. It was estimated that PVA nanofibers containing silver nanoparticles showed very strong antimicrobial activity [2].

One of the additives which are used for healthcare and other medical applications are micro particles of amber. Amber as a natural material, which has some therapeutic properties, has been known from prehistoric times. Up to the present, amber has been very popular in Chinese medicine and in skin care products [14]. There are known investigations in which nano/micro particles of amber (in the size of 0.01 - 2000 μm) have been used for synthetic or natural fibres modification in order to obtain negative electrostatic charges [15, 16]. Yarns and fabrics have also been developed and manufactured on an industrial scale with the use of patented fibres. These products later won a Gold Award at the Brussels’s fair. The particles of amber, according to patent [16], are incorporated mostly in the inside of fibres (size of amber particles was from 0.01 to 25 μm), while in accordance with patent [15] the majority of particles are outside the fibre structure (size of amber particles in this case was from 0.01 to 2000 μm). The possibilities to use particles of amber for filtration nonwoven products are also presented in [17], the technology of which is given in [18, 19]. However, in literature, we did not find any information about manufacturing electrospun nanofibres with amber particles. By electrospinning, it is possible to obtain such a variant of material where very small amber particles (even of a few μm) can be incorporated outside of the nanofibre material, and can have contact with the human skin under pressing, for example, which is a positive fact if we want to use amber for health care application.

The medical application of amber is a negotiable question, but some positive results of amber application in health care for wound healing stimulation are known. Some authors show that “…amber is a natural analgesic agent and possesses anti-inflammatory properties, so is often used to ease joint pain. It also acts as a natural antibiotic and, as we’ve seen, has an ages-old history of use in preventing and treating disease and healing wounds” [20]. This phenomenon is explained by the possibility of amber to produce negative ions, on which depends good health and healing. Authors [20] present “…that negative ions support the health of the autonomic nervous system, promote deep sleep, healthy digestion, affect the production of insulin, neutralize free radicals and enhance adrenal function”. Furthermore some authors stated that succinic acid isolated from Baltic amber can bring about an increase in cultivated plants [21].

Hence the positive influence of amber on human health is not only well known, but investigations in this field have been carried out and very interesting information which enhances amber as a material in health care can be achieved. The considerations described above was an incentive for the authors to carry out investigations aimed at the incorporation
of amber particles in an electrospun web, such as in a nonwoven structure, giving several advantages in comparison with other structures, as melt-blown, for example. Of course, we did not consider the use of electrospun webs as parts of clothing exposed to rough use, but for medical stationary applications. In this article, we did not want to confirm the assumed health features of an electrospun web with amber. The goal of our work presented was to show the possibility to manufacture electrospun webs from mikro or nanofibres with solid particles of natural Baltic amber. What should be here emphasized, is the selection by us of electrospinning with the use of an “Electrospider” device, which guarantees us much more effectiveness than by using needles or other orifices. Further investigations of application attempts need to be carried out with the assistance of medical researchers, which will be one of the next steps of our work.

Results and discussions

Particles of Baltic amber were used in our investigations. Before preparing the spinning solution, the Baltic amber particles were milled and sieved out. A view of the milled amber particles is presented in Figure 1 and their distribution by sizes in Figure 2.

As is seen from Figure 1, various particles by size and shape were obtained in the milled powder. It is necessary to note that the size of some particles in the milled powder is higher than that of the sieve (63 µm), which can be explained by the form of amber particle, i.e. if the one of dimensions of the particle is lower than the size of the sieve, the particle can transfer the sieve mesh despite a higher value of the dimension in other directions. Consequently in such cases it is possible to have particles whose average diameter is higher than the size of the sieve mesh. In the case presented...
the size of around 2% of all the particles was higher than that of the sieve, which means that the influence of the sieve size is also very important, and in the future maybe other sieves should be used.

A view of the electrospun web with amber particles is presented in Figure 3.

As is seen from Figure 3, various particles of amber were collected on the spunbond nonwoven. Analysis of various SEM images shows that the biggest particles of amber found on the electrospun web have a size at the level of 50 μm (see also Figure 4), but the quantity of particles of such a size is very low. Only a few particles of such size have been found, while those with a size of around 40 μm can be found more often (considering that more than 100 places of the electrospun web were analysed).

From Figure 3.b, it can be seen that amber particles not only stuck to the polypropylene spunbond fibres by some poly(vinyl alcohol) formation but are also covered by nanofibres. It is a big advantage that the amber microparticles (with an approx. size of 40 × 25 μm) are additionally stiffened in the nanofibrous web. The same situation is seen in Figure 4, which shows an amber particle of the biggest size found. Such a stiffening of amber particles on the surface by nanofibres strengthens the fastening of particles in the nanofibrous web.

Analysis of SEM images shows that the majority of amber particles have a size down to 10 μm; however, particles with a size even of 1 μm can be seen, but only in images of very high resolution (see Figure 5).

After the analysis of SEM images of more than 100 various places of the electrospun web, it could be stated that the majority of amber particles with a size lower than 1 μm are not visible from panoramic images (made with a resolution of 200 or 100 μm). Such a size of amber particles is visible only in cases of higher resolution (starting from 20 μm). Herewith, as is well known that the diameter of PVA nanofibres varies from 100 nm up to 2 - 3 μm (the same results were achieved in our previous investigations), the smallest particles of amber possible are placed inside the PVA nanofibres and are not visible in the SEM images. Therefore the fact that we cannot find a high quantity of very small particles of amber does not mean that they were not transferred from the solution to the electrospun web. Hence a combined situation of amber incorporation into the web was achieved – some particles are inside the fibres and cannot contact with human skin, and also some particles are outside of the fibre structure and can contact with the skin. Once more, as is seen from Figures 3.b and 4, amber particles of a bigger size are not only stacked on the surface of the spunbond fibres or on the electrospun nanofibres but are also covered by a few nanofibres, being extra fastened to the surface of the electrospun web. Considering the preliminary results presented above, further investigations in this area are needed.

The analysis of the amber particle size distribution (see Figure 2) shows that the number of amber particles with a size less than 1 μm compose around 7% of the total number of particles. The number of particles with a size from 1 to 10 μm compose around 45% of the total number of particles. The number of particles with a size from 10 to 50 μm (i.e. the highest size of amber particles which were found in the electrospun web) compose around 44%, and the number of particles with a higher size is around only 4% of all particles in the powder milled. The amber particles with a size bigger than Figure 3. SEM images of electrospun web with amber: a) panoramic view (resolution 200 μm), b) image of amber particle in panoramic view with higher resolution (20 μm).

Figure 4. SEM image of electrospun web with highest particle of amber.
50 µm do not participate in the electrospinning process (we did not find them on the surface of the web). Herewith the number of particles with a size of 10 - 50 µm compose only a minority of all amber particles which were found in the electrospun web. It means that the size of amber particles used for electrospinning with PVA solution needs to be lower than 10 µm. In this case, the hypothesis about the possibility to transfer all particles of amber with a size less than 10 µm can be done. Of course, this presumption needs to be checked experimentally, but a preliminary conclusion can be made after our initial experiments.

Hence our work shows not only the possibility to create an electrospun nanofibrous web with micro particles of amber but also brings a lot of challenges for further investigations. The optimal technological and materials parameters have been not stated at this time, but the way how to obtain them is determined. For the development of an electrospun PVA nanoweb with amber nano/micro particles it is necessary to have amber particles with a size no bigger than 10 µm. On the other hand, the technological parameters of the electrospinning process (the distance between electrodes and voltage, as an example) could also influence the structure of the web and the quantity of amber particles on the electrospun nanoweb. Investigations in this field as well as cooperation with medics in the field of the usage of such materials for health care will be the topics of our further works.

**Conclusions**

- It was stated that it is possible to manufacture an electrospun web from poly(vinyl alcohol) nanofibres with micro particles of Baltic amber using needless equipment - Nanospider™ (Elmarco).
- The size of the biggest particle of amber transferred from the PVA solution to the electrospun web was around 50 µm; however the number of particles of such size is low, only a few of such particles were observed.
- The highest number of amber particles transferred was of a size up to 10 µm, while those with a size in the range of 10 - 50 µm was sometimes less.
- Probably the size of amber particles till 10 µm is an optimal value for manufacturing a PVA electrospun web with amber.

**Acknowledgements**

This work was supported by the project “Influence of Composition of Nanofibrous Web on the Functional Properties of Textiles” (No. TAP LB-05/2015) from the Research Council of Lithuania.

**References**

1. Brown PJ, Stevens K. Nanofibers and nanotechnology in textiles. Ed. Woodhead Publishing Limited, Cambridge, England. 2007, p. 528.
2. Hong KH, et. al. Preparation of antimicrobial poly(vinyl alcohol) nanofibers containing silver nanoparticles. Journal of Polymer Science Part B: Polymer Physics 2006; 44(17): 2468-2474.
3. Zhang Ch, et. al. Silver nanoparticles grown on the surface of PAN nanofiber: Preparation, characterization and catalytic performance. Colloids and Surfaces

**Figure 5. SEM images of electrospun web with small size of amber: a) image with resolution 20 µm, b) images with very high resolutions (5 and 2 µm).**
9. Sutka A, et. al. Nanofibre Electrospinning Poly(vinyl alcohol) and Cellulose Composite Mats Obtained by Use of a Cylindrical Electrode. *Advances in Materials Science and Engineering* 2013, Article ID 932636, DOI: 10.1155/2013/932636.

10. Sutka A, et. al. Electro-spinning Derived Cellulose-PVA Composite Nano-fibre Mats. *Fibres & Textiles in Eastern Europe* 2014; 22, 3: 43-46.

11. Brzezinski S, et. al. Antibacterial and Fungicidal Coating of Textile-polymeric Materials Filled with Bioactive Nano-and Submicro-particles. *Fibres & Textiles in Eastern Europe* 2012; 20, 1(90): 70-77.

12. Šauperl O, Volmajer-Valh J. Viscose Functionalisation with a Combination of Chitosan/BTCA Using microwaves. *Fibres & Textiles in Eastern Europe* 2013; 21, 5: 24-29.

13. Teterycz H, et. al. Deposition of Zinc Oxide on the Materials Used in Medicine. Preliminary Results. *Fibres & Textiles in Eastern Europe* 2014; 22, 3: 126-132.

14. Aber SW. World of Amber Emporia State University, Kansas, USA. http://academ ics.emporia.edu/abersusa/uses.htm

15. Patent: PL170450B1, 1993. Masłowski E, et. al. Sposób otrzymywania wyrobów o ujemnym ładunku elektrostatycznym z polimerów syntetycznych i/lub naturalnych.

16. Patent PL170098B1, 1993. Masłowski E, et. al. Sposób wytwarzania modyfikowanych polimerów syntetycznych i lub naturalnych.

17. Okrasa M, Brochocka A, Majchrzycka K. Electret Nonwoven Composites for Filtering Respiratory Protective Equipment, pp. 46-54. In: Protective and Smart Textiles, Comfort and well-being, Ed. Frydrych I, Bartkowiak G, Pawłowa M. Ed. Lodz University of Technology.

18. Brochocka A, et. al. Modified Melt-Blown Nonwovens for Respiratory Protective Devices Against Nanoparticles. *Fibres & Textiles in Eastern Europe* 2013; 21, 4: 106-111.

19. Majchrzycka K. Evaluation of a New Bioactive Nonwoven Fabric for Respiratory Protection. *Fibres & Textiles in Eastern Europe* 2014; 22, 1: 81-88.

20. Edwards GF. Natural Baltic Amber – Magnetic, Adaptagenic, Universally Applicable. 2010, http://gailfaithedwards.com

21. Matuszewska A, John A. Some Possibilities of Thin Layer Chromatographic Analysis of the Molecular Phase of Baltic Amber and Other Natural Resins. *Acta Chromatografica* 2004; 14: 82-91.

22. Nanospider™ electrospinning equipment, http://www.elmarco.com

The Laboratory works and specialises in three fundamental fields:

**R&D activities:**
- research works on new technology and techniques, particularly environmental protection;
- evaluation and improvement of technology used in domestic mills;
- development of new research and analytical methods;

**research services** (measurements and analytical tests) in the field of environmental protection, especially monitoring the emission of pollutants;

**seminar and training activity** concerning methods of instrumental analysis, especially the analysis of water and wastewater, chemicals used in paper production, and environmental protection in the paper-making industry.

Since 2004 Laboratory has had the accreditation of the Polish Centre for Accreditation No. AB 551, confirming that the Laboratory meets the requirements of Standard PN-EN ISO/IEC 17025:2005.

Investigations in the field of environmental protection technology:
- Research and development of waste water treatment technology, the treatment technology and abatement of gaseous emissions, and the utilisation and reuse of solid waste.
- Monitoring the technological progress of environmentally friendly technology in paper-making and the best available techniques (BAT).
- Working out and adapting analytical methods for testing the content of pollutants and trace concentrations of toxic compounds in waste water, gaseous emissions, solid waste and products of the paper-making industry.
- Monitoring ecological legislation at a domestic and world level, particularly in the European Union.

A list of the analyses most frequently carried out:
- Global water & waste water pollution factors: COD, BOD, TOC, suspended solid (TSS), tot-N, tot-P
- Halogenoorganic compounds (AOX, TOX, TX, EOX, POX)
- Organic sulphur compounds (AOS, TS)
- Resin and chlororesin acids
- Saturated and unsaturated fatty acids
- Phenol and phenolic compounds (guaiacols, catechols, vanillin, veratrols)
- Tetrachlorophenol, Pentachlorophenol (PCP)
- Hexachlorocyclohexane (lindane)
- Aromatic and polyaromatic hydrocarbons
- Benzene, Hexachlorobenzene
- Phthalates
- Carbohydrates
- Glycols
- Polychloro-Biphenyls (PCB)
- Glyoxal
- Tin organic compounds

**Contact:**
INSTITUTE OF BIOPOLYMERS AND CHEMICAL FIBRES
ul. M. Sklodowskiej-Curie 19/27, 90-570 Łódź, Poland
Małgorzata Michniewicz Ph. D.,
tel. (+48 42) 638 03 31, e-mail: michniewicz@ibwch.lodz.pl

Received 26.09.2014  Reviewed 12.02.2015
Instytut Biopolimerów i Włókien Chemicznych (IBWCh)

Director of the Institute: Danuta Ciechańska Ph.D., Eng.

The Institute of Biopolymers and Chemical Fibres was consolidated with the Pulp and Paper Research Institute in 2007.

The research subject of IBWCH is conducting scientific and development research, as well as implementing their results into praxis in the following fields:
- processing, modifying, and application of biopolymers,
- techniques and technologies of manufacturing, processing, and application of chemical fibres and other polymer materials and related products,
- techniques and technologies connected with manufacturing, processing and application of products of the pulp and paper industry and related branches

R&D activity includes the following positions, among others:
- biopolymers – modifying and processing,
- functional, thermoplastic polymers,
- biodegradable polymers and products from recovered wastes,
- industrial biotechnology, e.g. bioprocesses for modifying and processing polymers and fibres, and biosyntheses of nanobiomaterial polymers,
- biomaterials for medicine, agriculture, and technique,
- nano-technologies, e.g. nano-fibres, polymer nano-coatings, nano-additives for fibres,
- processing of polymer materials into fibres, films, micro-, and nano- fibrous forms, and nonwovens,
- paper techniques, new raw material sources for manufacturing paper pulps,
- environmental protection,

The Institute is active in implementing its works in the textile industry, medicine, agriculture, plastic processing, filter and packing materials manufacturing, as well as in the cellulose and paper industries.

The Institute has the following five laboratories, which have accreditation certificates PCA:
- Laboratory of Microbiology
- Laboratory of Biodegradation
- Laboratory of Environment Protection
- Laboratory of Metrology
- Laboratory of Paper Quality

The institute’s offer of specific services is wide and differentiated, and includes:
- physical, chemical and biochemical investigations of biopolymers and synthetic polymers,
- physical, including mechanical investigation of fibres, threads, textiles, and medical products,
- tests of antibacterial and antifungal activity of fibres and textiles,
- investigation in biodegradation,
- investigation of morphological structures by SEM and ESEM
- investigation and quality estimation of fibrous pulps, card boards, and paper products, including paper dedicated to contact with food, UE 94/62/EC tests, among others.
- Certification of paper products.

The Institute is member of domestic and international scientific organisations, the following, among others: EPNOE Association-European Polysaccharide Network of Excellence, Polish Chitin Society, Centre of Advanced Technology of Human-Friendly Textiles ‘PROHUMANOTEX’, Polish Platform of Textile Technology, Polish Platform of the Forest-Wood Technology Sector, International Scientific Network ‘Environment versus Technology’ ENVITECH-NET.

The Institute participates in the following strategic research projects: KEY PROJECT: ‘Biodegradable fibrous goods’, BI-OGRATEX – PO IG 01.03.01-00-007/08; FORESIGHT PROJECT: ‘Modern technologies for textile industry. A Chance for Poland’ – UDA – PO IG 01.01.01-00-003/09-00 (as a leader); STRATEGIC PROJECT: ‘Technology for the preparing of biodegradable polyesters using renewable raw materials’, BIOPOL – PO IG 01.01.02-10-025/09; STRATEGIC PROJECT: ‘Application of biomass for production of environmentally friendly polymeric materials’, BIOMASS – PO IG 01.01.02-10-123/09.

The Institute organises educational courses and workshops in fields related to its activity.

The Institute is active in international cooperation with a number of corporation, associations, universities, research & development institutes, and companies from Austria, Germany, Finland, France, Sweden and the United States among others.

The Institute is publisher of the scientific journal ‘Fibres & Textiles in Eastern Europe’, the journal is since 1999 on the ‘Philadelphia List’ of the Institute for Scientific Information.